Green synthesis: characterization and biological activity of silver nanoparticles using aqueous extracts of plants from the Arecaceae family

Alan Kelbis Oliveira Lima¹, Arthur Abinader Vasconcelos², Renata Katsuko Takayama Kobayashi³, Gerson Nakazato³, Hugo de Campos Braga⁴ and Paulo Sérgio Taube²*

¹Programa de Pós-Graduação em Biologia Animal, Instituto de Ciências Biológicas, Universidade de Brasília, Brasília, Distrito Federal, Brazil. ²Instituto de Biodiversidade e Florestas, Universidade Federal do Oeste do Pará, Av. Vera Paz, s/n, 68035-110, Santarém, Pará, Brazil. ³Laboratório de Bacteriologia Básica e Aplicada, Centro de Ciências Biológicas, Universidade Estadual de Londrina, Londrina, Paraná, Brazil. ⁴Universidade Federal de São Paulo, São José dos Campos, São Paulo, Brazil. *Author for correspondence. E-mail: pstjunior@yahoo.com.br

ABSTRACT. This study proposes the preparation, characterization, and evaluation of the antimicrobial activity of silver nanoparticles (AgNPs). AgNPs were synthesized from the leaf extracts of plants from the Arecaceae family, which are abundant in the Amazon region. AgNPs were characterized using UV/Vis spectroscopy, Fourier Transform Infrared Spectroscopy (FTIR), dynamic light scattering (DLS), and their minimum inhibitory concentrations (MIC) against the bacteria Escherichia coli and Staphylococcus aureus. AgNPs presented maximum absorbance between 420 and 430 nm, the mean diameter obtained by DLS ranged from 130.43 to 352.93 nm and the polydispersity index (Pdi) ranged from 0.523 to 0.689. The surface charge measured by the Zeta potential was negative and ranged from -17.2 to -26.97 mV. FTIR analysis suggests that the phenolic compounds and/or proteins in the chemical composition of the plants studied may have been responsible for the reduction of Ag⁺ ions and stabilization of AgNPs. The morphology of AgNPs observed was largely spherical and presented some agglomerates. Transmission electron microscopy analyses showed polydispersed AgNPs without the formation of large agglomerates. The synthesized AgNPs presented homogeneity and rapid bioreduction. The concentration of AgNPs required to eliminate microorganisms by up to 90% was lower for Gram-negative bacteria (2.75 μg mL⁻¹) than for Gram-positive bacteria (21.75 μg mL⁻¹). In addition, AgNPs synthesized from plant species that are native to the Amazon proved to be promising, since they showed excellent antimicrobial activity against microorganisms of clinical interest.

Keywords: scanning electron microscopy; dynamic light scattering; antimicrobial activity; transmission electron microscopy.

Received on January 29, 2020. Accepted on April 30, 2020.

Introduction

Nanotechnology is a science that deals with the creation, manipulation, and applications of nanometer-scale materials (10⁻⁹ m) (Korbekandi & Iravani, 2012; Ghaedi, Yousefinejad, Safarpour, Khafri, & Purkait, 2015). Nanobiotechnology is an area that connects nanotechnology and biotechnology, and whose purpose is to improve nanostructures in biotechnological processes in order to transform systems and products (Akhtar, Panwar, & Yun, 2013). The great interest in “nano” materials is due to their physicochemical properties, which differ from materials at larger scales, and thus make it possible to use them in new applications (Ahmed, Ahmad, Swami, & Ikram, 2016).

Several methods are available for synthesizing metallic nanoparticles (NPs), and among the most reported is chemical reduction via reducing agents in order to stabilize the nanoparticles, however, many of these reducing agents are toxic and/or have high costs. In addition, this process requires the use of specific equipment and has a high consumption of energy (Cauerhff & Castro, 2015; Iravani, 2011). Biological organisms, such as plants, can be exploited as a substitute for chemical reagents that, besides being expensive, are potentially harmful to the environment.

The enormous biodiversity of plants is a factor that makes them attractive for the synthesis of AgNPs. Normally, the synthesis of silver nanoparticles (AgNPs) occurs through the bioreduction of silver by the components of the vegetal extract and characterized by the change in coloration of the solution. The phytochemical constituents, among them phenolic compounds, are recognized as potential stabilizers of
metallic nano particles (NPs) because each plant has a unique chemical composition (Aromal & Philip, 2012; Kulkarni & Muddapur, 2014; Haider & Kang, 2015).

The Arecaceae family includes several species that are employed in a number of applications, such as for lumber, as a food source, and in landscaping (Zambrana et al., 2007). In addition, this family presents a considerable level of phenolic substances (antioxidants) that can be used in the green synthesis of AgNPs.

Consequently, the objective of this study is the production and characterization of silver nanoparticles (AgNPs) using green synthesis methods that employ extracts from three plants of the Arecaceae family, as well as the evaluation of the minimum inhibitory concentration (MIC) against Gram-positive and Gram-negative bacteria.

Material and methods

Obtaining leaves of plants from the Arecaceae family

Leaf samples were collected from three different species of plants from the Arecaceae family on a private land in Santarém, Pará state, Brazil (2°27’50” S and 54°43’33” W), and then stored in plastic bags until use. The HSTM Herbarium at the Universidade Federal do Oeste do Pará (Brazil) confirmed the identification of the species and a voucher for each sample was deposited at the HSTM Herbarium under the code HSTM14068 (Euterpe oleracea Mart.), HSTM14069 (Oenocarpus bacaba Mart.), and HSTM14070 (Mauritia flexuosa L.f.).

This research was registered in the Sistema Nacional de Gestão do Patrimônio Genético e Conhecimento Tradicional Associado (National System for the Management of Genetic Heritage and Associated Traditional Knowledge) (SisGen) under registration number A381540

For the synthesis of the AgNPs, approximately 1.5 g of leaves of each plant were decontaminated with a neutral detergent to remove undesirable particles, washed with running water, and cut into small fragments. These were later placed in glass beakers with ultrapure water whose quantity varied according to the initial mass of the leaves until a final concentration of 0.1 g mL⁻¹ (100 mg mL⁻¹) of the extract was obtained.

Preparation of aqueous extracts and synthesis of AgNPs

The aqueous extracts were obtained by heating the water containing the macerated leaves at a temperature of around 70°C for 3 min. on a heating plate (Quimis®). Afterwards, the solutions were filtered into Erlenmeyer culture flasks and then stored in microtubes protected against UV radiation. Silver nanoparticles were synthesized from three plant extracts, which were identified according to the botanical genus: NPE (Euterpe oleracea Mart.), NPO (Oenocarpus bacaba Mart.) and NPM (Mauritia flexuosa L.f.). The extracts were slowly added to a 1 mmol L⁻¹ AgNO₃ aqueous solution (Sigma-Aldrich® St. Louis, USA) which had been previously prepared. The mixtures were incubated under low light conditions at 75°C for characterization after 2:30 h.

Characterization of AgNPs

UV/Vis spectroscopy

The AgNPs were characterized by spectroscopy in the UV/Vis region with the aid of a Quimis®-Q798U spectrophotometer (Quimis®, Diadema, Brazil). Initially, the reaction of the extracts with the Ag⁺ ions was monitored based on the change in coloration and difference between the absorbance values at 450 nm, and afterwards, the absorption curve was described based on the range of λ between 350-500 nm.

FTIR spectroscopy

Fourier Transform Infrared Spectroscopy (FTIR) measurements were conducted on a spectrometer (Bruker–Alpha, Billerica, USA) in the range of λ between 500-4000 cm⁻¹ using potassium bromide tablets (KBr, Sigma - Aldrich® St. Louis, USA) with 1 mL of each colloidal solution of the AgNPs, which had been previously prepared. The mixtures were incubated under low light conditions at 75°C for characterization after 2.5 h.

DLS and surface Zeta potential

The Zetasizer Nano ZS equipment (Malvern, UK) was used to measure the size (mean hydrodynamic diameter), the polydispersity index (PdI), and the surface Zeta potential (particle loading). A total of 100 µL of each sample of the AgNPs were diluted in 900 µL of ultrapure water and then deposited in an electrode-containing polystyrene cuvette that was inserted into the apparatus and subjected to 10 runs in triplicate with a spreading angle at 173° and a temperature of 25°C.
Scanning electron microscopy (SEM)

Approximately 200 μL of each sample of AgNPs, without dilution, were placed in Eppendorf tubes and centrifuged for 10 min. at 2268 G-force and then a pellet sample was withdrawn and deposited on the stub. This was allowed to dry for 24 hours at room temperature and then analysed by SEM (model JEM 7001F - JEOL, São Paulo, Brazil).

Transmission electron microscopy (TEM)

From each AgNP solution, 100 μL were separated, which was then mixed with 900 μL of distilled water. From this solution, about 3 μL were dripped onto a formvar/carbon grid that was left drying for 24h at room temperature and then subjected to TEM (model 1011 -JEOL, São Paulo, Brazil) for analysis of particle size and morphology.

Minimum inhibitory concentration (MIC)

Duplicate assays were performed on 96-well plates (Corning®) using different concentrations of AgNPs against the growth of *Escherichia coli* ATCC 25922 (Sigma - St. Louis, USA) and *Staphylococcus aureus* ATCC 29213 (Sigma - St. Louis, USA, USA), according to the standardization of the Clinical Laboratory Standard Institute (CLSI, 2015). The bacterial colonies were grown for 24h on Mueller-Hinton agar (MH) (Difco®, Lebanon, USA), then diluted in sterile saline (NaCl 0.85%, Synth, Diadema, Brazil) and the concentration of bacteria was adjusted on the McFarland 0.5 scale, corresponding to 1.5 x 10^8 CFU mL^-1_. Afterwards, bacterial suspensions were diluted in MH broth (MHB) (Difco®, Lebanon, USA) and placed in each well at a concentration of 5.0 x 10^6 CFU mL. The microplates were incubated for 18h at 37°C and the results were measured by the turbidity in each well, which indicated no bacterial growth. Growth control was only performed with culture medium and bacteria (without AgNPs). Negative control was performed by replacing extract samples with Mueller Hinton broth and the positive control was performed with ceftriaxone (Agila, Rio de Janeiro, Brazil) (100 µg mL^-1_).

Results and discussion

Dynamic light scattering (DLS) and surface Zeta potential analysis

Due to the Brownian motion, the light scattered in the AgNP solution undergoes oscillations over time (Michaelides, 2015). Therefore, the DLS technique was employed to evaluate the differences in particle size in aqueous media and the Zeta potential was used to analyze its surface charge in the medium, in each of the synthesises, as can be seen in Table 1.

| Synthesis | HD (nm) | PdI | Zeta Potential (mV) |
|-----------|---------|-----|---------------------|
| NPE       | 130.45 ± 1.61ab | 0.689 ± 0.13ab | -26.97 ± 0.71ab |
| NPO       | 352.93 ± 38.74ab | 0.679 ± 0.23ab | -17.2 ± 1.11ab |
| NPM       | 160.73 ± 10.37ab | 0.523 ± 0.08ab | -20.47 ± 1.95ab |

*Values are represented as the mean ± standard deviation (n = 3). Distinct lowercase letters in the columns for each variable differ from each other by the Tukey test at 5 % of probability. NPE (Euterpe oleracea Mart.), NPO (Oenocarpus bacaba Mart.), NPM (Mauritia flexuosa L.). HD – hidrodinamic diameter. PdI – polydispersity index.

It can be observed that NPE and NPM showed close hydrodynamic diameter (HD), which indicates populations of particles with similar size in the solution; however, the high polydispersity index (PdI) value may indicate a lower level of homogeneity of the AgNPs. Zaheer (2018) used palm oil to synthesize AgNPs and reached diameters of between 100-200 nm. As observed in the table above, the NPO extract presented high HD and PdI indices, which are characteristic of a distinct particle size distribution, in addition to a high polydispersity. Zeta potential values indicate that all samples showed a negative charge in an aqueous medium. This measurement is made according to the presence of ionizable or adsorbed groups on the surface of the particles and correlates with the electrostatic repulsion between the different charges present in the system and consequent stability (Moghaddam, Dadanlou, Khajeh, Rakshani, & Shameli, 2014). According to Gengan, Anand, Phulukdaree, and Chuturgoon (2013), a Zeta potential higher than +30 mV or less than -30 mV indicates a stable system. Furthermore, according to Hanaor, Michelazzi, Leonelli, and Sorrelli (2014), the closer the Zeta potential value is to 0 mV, the greater the chance of agglomeration of the particles.
UV/Vis analysis

Initially, the reduction of Ag⁺ ions to Ag₀ mediated by leaf extracts was monitored by the color change in the solutions, which was easily identified by the appearance of a yellow color; characteristic of colloidal silver. This phenomenon is related to the surface plasmon resonance (RPS) that transforms the reaction mixture.

There are several papers in the literature that preliminarily analyze the formation of AgNPs using the UV/Vis technique. Caroling, Tiwari, Ranjitham, and Suja (2013) suggest that metallic silver exhibits absorbance characteristics around specific wavelengths. In our study, after 90 min. of reaction, the maximum absorbance was found to be in the range of 420-430 nm (Figure 1), which was similar to that found in other studies that reported the synthesis of AgNPs using extracts from other plants of the Arecaceae family, such as Elaeis guineenses (maximum at 428 nm) (Velmurugan et al., 2011), Hyphaene thebaica (maximum at 450 nm) (Bello et al., 2017) and Cocos nucifera (maximum ranging from 414 to 433 nm) (Zamiri et al., 2011; Roopan et al., 2013; Mariselvam et al., 2014).

![Figure 1. UV/Vis spectra of the AgNPs synthesized by plant extracts from plants of the Arecaceae family. NPE (Euterpe oleracea Mart.). NPO (Oenocarpus bacaba Mart.). NPM (Mauritia flexuosa L.f.).](image_url)

The AgNPs synthesized in this study showed spectra with maximum absorbance ranging from 400 nm to 450 nm. According to Shankar, Ahmad, and Sastry (2003) and Mariselvam et al. (2014), the presence of a single band of ressonance corresponds to spherical nanoparticles according to Mie’s theory and these may be promising for use in antibacterial applications, among others (Huang et al., 2007).

Fourier transform infrared spectroscopy analysis

The secondary vegetable metabolites involved in the synthesis of AgNPs can act as stabilizers of the particles in the solution, as well as in the control of the formation of them, playing a double role in the process of obtaining this nanomaterial (Ahmad, Tay, Shameli, Hussein, & Lim, 2011; Tran, Vu, & Nguyen, 2013).

The analysis by Fourier transform Infrared Spectroscopy (FTIR) provides information about the functional groups present in the secondary metabolites of plants that may be responsible for the reduction of Ag and stabilization of the formed AgNPs. The results of the analysis by FTIR were very similar in relation to the bands found, which indicates the similar functional groups in the three extracts (Figure 2). The band around 1070 cm⁻¹ corresponds to C-O and C-O-C stretches of primary alcohols and phenolic compounds (Mariselvam et al., 2014; Ali et al., 2015; Anandalakshmi, Venugobal, & Ramasamy, 2016; Govarthanan et al., 2016). The intense elongation at 1384.9 cm⁻¹ may be due to the C-O bond of alcohol or flavonoid and terpenoid compounds present in the leaf extracts, C-N compounds and C-O-C bond (Philip, 2011; Niraimathi, Sudha, Lavanya, & Brindha, 2013; Anandalakshmi et al., 2016; Ravichandran, Vasanthy, Shalini, Shah, & Harish, 2016). Huang et al. (2007) correlate the appearance of this band with the residual nitrate group (NO₃⁻) in the solution. The band around 1633 cm⁻¹ is described as vibrations of C=C groups of aromatic compounds, interactions between C=O groups and also compounds that have nitrogen (Khalil, Ismail, El-Baghdady, & Mohamed, 2014; Mariselvam et al., 2014; Ali et al., 2015; Ahmed et al., 2016; Verma, Hasan, & Banik, 2016). The broad and intense band around 3440 cm⁻¹ corresponds to O-H bonds of polyphenols and N-H stretches of proteins (Mariselvam et al., 2014; Ahmed & Ikram, 2015; Ali et al., 2015; Ahmed et al., 2016; Bello et al., 2017).
Even without a phytochemical quantification of the substances in each extract, it was generally observed that the synthesis may have occurred by a mechanism of silver reduction and coating of the AgNPs by the phenolic compounds and proteins adsorbed on their surface, leaving them stable through their redox capacity (Shang et al., 2001; Martínez-Castañón, Niño-Martínez, Martínez-Gutierrez, Martínez-Mendoza, & Ruiz, 2008). Proteins can form a coating that keeps AgNPs free from agglomeration and their association in the synthesis and stabilization of AgNPs from plant extracts has already been reported (Sanghi & Verma, 2009; Nabikhan, Kandasamy, Raj, & Alikunhi, 2010; Zayed, Eisa, & Shabaka, 2012).

**Scanning Electron Microscopy**

Under Scanning Electron Microscopy (SEM), the morphology of AgNPs was observed as being largely spherical. The presence of some agglomerates that had formed was very visible as white spots, which confirmed the formation of the AgNPs (Figure 3a-c), similar to that previously seen in the literature (Bello et al., 2017). This corroborates the hydrodynamic diameter in suspension, which was obtained by DLS. Some studies also show that the shiny layer on the surface of the nanoparticulate agglomerates which formed may be due to a covering produced by the plant extracts (Zaheer, 2018) and it is interesting to observe the analysis of the main chemical components obtained by FTIR for each extract. These results correlate well with other studies of AgNP synthesis that used plant extracts from the Arecaceae family, since under SEM, spherical morphology and also the formation of agglomerates for the nanostructures could be observed (Velmurugan et al., 2011; Roopan et al., 2013).

**Transmission electron microscopy**

Transmission electron microscopy (TEM) has already been used to characterize the size and shape of nanostructures. In this study, high-resolution TEM images (~0.1-0.2 μm) showed polydisperse AgNPs without the formation of large agglomerates for all the extracts used (Figure 4a-c). Corroborating with the maximum absorption peaks in UV/Vis and RPS band, the predominance in particle morphology was spherical, as observed by Kumari and Philip (2013). Mariselvam et al. (2014) and Bello et al. (2017) showed that the distribution of AgNPs, as well as their morphology in other plants of the Arecaceae family, were very similar to the distribution presented here. In a recent study, Zaheer (2018) observed AgNPs of palm oil with a dark layer on the surface and the formation of aggregates. Other studies evidence the aggregation formation of AgNPs using other species of the Arecaceae family (Roopan et al. 2015; Govarthanan et al. 2016; Velmurugan et al., 2011; Zaheer, 2018).

---

**Figure 2.** FTIR spectra of AgNPs synthesized from the extracts of different plants from the Arecaceae family. (A) NPE (Euterpe oleracea Mart.) (B) NPO (Oenocarpus bacaba Mart.) (C) NPM (Mauritia flexuosa L.f.).
Figure 3. Scanning electron microscopy images of AgNPs synthesized by extracts from plants of the family Arecaceae. (A) NPE (*Euterpe oleracea* Mart.) (B) NPO (*Oenocarpus bacaba* Mart.) (C) NPM (*Mauritia flexuosa* L.f.).

Figure 4. Transmission Electron Microscopy images of AgNPs synthesized by extracts of plants from the Arecaceae family. (A) NPE (*Euterpe oleracea* Mart.) (B) NPO (*Oenocarpus bacaba* Mart.) (C) NPM (*Mauritia flexuosa* L.f.).
Minimum inhibitory concentration

Metallic silver has a well-known antibacterial effect on several microorganisms. In this study, the Minimum Inhibitory Concentration (MIC) of the AgNP samples synthesized using the plant extracts was tested at different concentrations against the bacteria *Escherichia coli* ATCC 25922 and *Staphylococcus aureus* ATCC 29213 and the result was given by the absence of turbidity in the wells. Table 2 summarizes the values of inhibition of bacterial growth after 24 hours of treatment.

**Table 2.** The minimum inhibitory concentration of AgNPs tested against bacteria.

|                | NPE        | NPO        | NPM        |
|----------------|------------|------------|------------|
| *Escherichia coli* | 5.5 μg mL⁻¹ | 5.5 μg mL⁻¹ | 2.75 μg mL⁻¹ |
| *Staphylococcus aureus* | 21.25 μg mL⁻¹ | 21.25 μg mL⁻¹ | 21.25 μg mL⁻¹ |

NPE (Euterpe oleracea Mart.) (B) NPO (Oenocarpus bacaba Mart.) (C) NPM (Mauritia flexuosa L.f.).

A dose-dependent relationship was observed with regards to the concentrations of the AgNPs and their effects on the growth of bacteria. For example, the NPM showed a greater antibacterial effect on *Escherichia coli* and, in general, this microorganism presented greater sensitivity to the lower concentrations tested (Figure 5a). Durán et al. (2010) observed an accumulation of AgNPs in *Escherichia coli* cell membranes and cells and explained that this difference may be related to the size of the particles, since the smaller the size, the larger the area that could interact with the microbial cells. The minimum values found for doses of AgNPs against *Staphylococcus aureus* were identical to those of *Escherichia coli* (Figure 5b).

![Figure 5](image_url)

The absence of turbidity in the wells indicates the level of MIC of the sample (highlighted).

The mechanism by which AgNPs lead to the decrease of bacteria of clinical interest studied here is not yet fully understood, but some aspects can be discussed. Among them is the peptidoglycan layer, which is more rigid and complex in Gram-positive bacteria, such as *Staphylococcus aureus*, and which may prevent the entry of infectious agents into their cells. Furthermore, the electrostatic attraction between the positively charged AgNPs and negatively charged bacterial membrane surface releasing Ag⁺ ions into the extracellular medium that act by binding to sulphydryl (-SH) groups of the enzymes and bacterial DNA alter the normal functioning of microbial respiratory machinery and generate oxidative stress through the formation of reactive oxygen species (ROS) (Nel et al., 2009; Jones & Hoek, 2010; Soenen et al., 2011; Vijayakumar, Priya, Nancy, Noorldah, & Ahmed, 2013; Zhang, Cheng, Zhang, Xue, & Fu, 2013). Besides this, the natural bioactive compounds present in the chemical composition of the extracts may also influence this biocidal action in regards to bacteria. However, only more in-depth studies of these chemicals can elucidate these points and make AgNPs synthesized via these promising Amazonian plants suitable for clinical applications, among others. Studies with other species of the Arecaceae family also found antibacterial action against the same microorganisms studied here, for example, AgNPs from *Hyphaene thebaica* reduced the formation of bacterial colonies by up to 99% after 24 hours of incubation (Bello et al., 2017). Mariselvam et al. (2014) tested AgNPs from *Cocos nucifera* and obtained inhibition of the growth of these same pathogens in several concentrations. The antimicrobial activity observed for AgNPs using aqueous extract of *Phoenix dactylifera* L. in the assays of Zaheer (2018) against microorganisms showed that the zone of growth inhibition increased with increasing concentrations of AgNPs, and exceeded 20 mm when the dose was 50 μg mL⁻¹.
Conclusion

AgNPs were synthesized from the reduction of Ag⁺ metal ions by bioactive compounds present in the plant extracts of different plants from the Arecaceae family. These AgNPs presented properties, such as homogeneity and particle size at the nanoscale, in addition to rapid bioreduction. The bactericidal effect of AgNPs against E. coli and S. aureus presented the concentration ranges required to eliminate these microorganisms by up to 90%. The obtained information showed the promising potential of native plant species from the Amazon for use in nanobiotechnology is expanded by such studies and adds value to this often underexploited raw material.

Acknowledgements

The authors would like to thank Coordenação de Aperfeiçoamento de Pessoal de Nível Superior (CAPES) and Conselho Nacional de Desenvolvimento Científico e Tecnológico (CNPq) for the scholarships and financial support received in order to carry out this work. We also thank the two anonymous reviewers who assisted in evaluating and suggesting improvements to the study.

This study received support via Project 88881.159143/2017-01 and was funded by CAPES (Coordenação de Aperfeiçoamento de Pessoal de Nível Superior) and FAPESPA (Fundação Amazônia de Amparo a Estudos e Pesquisas do Estado do Pará).

The authors would also like to thank professor Thaís Elias Almeida, curator of the (HSTM) Herbarium of the Universidade Federal do Oeste do Pará (UFOPA) for the identification of the botanical species used.

References

Ahmad, M. B., Tay, M. Y., Shameli, K., Hussein, M. Z., & Lim, J. J. (2011). Green synthesis and characterization of silver/chitosan/polyethylene glycol nanocomposites without any reducing agent. International Journal of Molecular Sciences, 12(8), 4872-4884. DOI: http://doi.org/10.3390/ijms12084872

Ahmed, S., Ahmad, S. M., Swami B. L., & Ikram, S. (2016). Green synthesis of silver nanoparticles using Azadirachta indica aqueous leaf extract. Journal of Radiation Research and Applied Science, 9(1), 1-7. DOI: http://doi.org/10.1016/j.jrras.2015.06.006

Ahmed, S., & Ikram, S. (2015). Silver nanoparticles: one-pot green synthesis using Terminalia arjuna extract for biological application. Journal of Nanomedicine & Nanotechnology, 6(4), 309-315. DOI: http://doi.org/10.4172/2157-7439.1000309

Akhtar, M. S., Panwar, J., & Yun, Y.-S. (2013). Biogenic synthesis of metallic nanoparticles by plant extracts. ACS Sustainable Chemistry & Engineering, 1(6), 591-602. DOI: http://doi.org/10.1021/sc300118u

Ali, K., Ahmed, B., Dwivedi, S., Saqib, Q., Al-Khedhairy, A. A., & Musarrat, J. (2015). Microwave accelerated green synthesis of stable silver nanoparticles with Eucalyptus globulus leaf extract and their antibacterial and antibiofilm activity on clinical isolates. Plos One, 10(7), e0131178. DOI: http://doi.org/10.1371/journal.pone.0131178

Anandalakshmi, K., Venugobal, J., & Ramasamy, V. (2016). Characterization of silver nanoparticles by green synthesis method using Pedaliun murex leaf extract and their antibacterial activity. Applied Nanoscience, 6(3), 399-408. DOI: http://doi.org/10.1007/s13204-015-0449-z

Aromal, S. A., & Philip, D. (2012). Green synthesis of gold nanoparticles using Trigonella foenum-graecum and its size-dependent catalytic activity. Spectrochimica Acta Part A: Molecular and Biomolecular Spectroscopy, 97, 1-5. DOI: http://doi.org/10.1016/j.saa.2012.05.085

Bello, B. A., Khan, S. A., Khan, J. A., Syed, F. Q., Mirza, M. B., Shah, L., & Khan, S. B. (2017). Anticancer, antibacterial and pollutant degradation potential of silver nanoparticles from Hyphaene thebaica. Biochemical and Biophysical Research Communications, 490(3), 889-894. DOI: http://doi.org/10.1016/j.bbrc.2017.06.136

Caroling, G., Tiwari, S. K., Ranjitham, A. M., & Suja, R. (2013). Biosynthesis of silver nanoparticles using aqueous broccoli extract-characterization and study of antimicrobial, cytotoxic effects. Asian Journal of Pharmaceutical and Clinical Research, 6(4), 165-172.

Cauerhff, A., & Castro, G. R. (2013). Bionanoparticles, a green nanochemistry approach. Electronic Journal of Biotechnology, 16(3), 1-10. DOI: http://doi.org/10.2225/vol16-issue3-fulltext-3
Silver nanoparticles using plants arecaceae

Shang, S.-T., Wu, J.-H., Wang, S.-Y., Kang, P.-L., Yang, N.-S., & Shyu, L.-F. (2001). Antioxidant activity of extracts from Acacia confusa bark and heartwood. Journal of Agricultural and Food Chemistry, 49(7), 3420-3424. DOI: http://doi.org/10.1021/jf0100907

CLSI. (2015). Methods for dilution antimicrobial susceptibility tests for bacteria that grow aerobically: Approved Standard (9th ed.). Wayne, PA: CLSI. Recovered on March 16, 2018 from https://bitlybr.com/Aoeqw7V

Durán, N., Marcato, P. D., Conti, R., Alves, O. L., Costa, F. T. M., & Brocchi, M. (2010). Potential use of silver nanoparticle on pathogenic bacteria their toxicity and possible mechanisms of action. Journal of the Brazilian Chemical Society, 21, 949-959. DOI: http://doi.org/10.1590/S0103-50532010000600002

Gengan, R. M., Anand, K., Phulukdaree, A., & Chuturgoon, A. (2013). A549 lung cell line activity of biosynthesized silver nanoparticles using Albizia adiantifolia leaf. Colloids and Surfaces B: Biointerfaces, 105, 87-91. DOI: http://doi.org/10.1016/j.colsurfb.2012.12.044

Ghaedi, M., Yousefinejad, M., Safarpoor, M., Khafri, H. Z., & Purkait, M. K. (2015). Rosmarinus officinalis leaf extract mediated green synthesis of silver nanoparticles and investigation of its antimicrobial properties. Journal of Industrial and Engineering Chemistry, 31(25), 167-172. DOI: http://doi.org/10.1016/j.jiec.2015.06.020

Moghaddam, M. G., Dadanlou, R. H., Khajeh, M., Rakhshanipour, M., & Shameli, K. (2014). Green synthesis of silver nanoparticles using plant extracts. Korean Journal of Chemical Engineering, 31, 548-557. DOI: http://doi.org/10.1007/s11814-014-0014-6

Govarthanan, M., Seo, Y.-S., Lee, K.-J., Jung, I.-B., Ju, H.-J., Kim, J. S.,... Oh, B.-T. (2016). Low-cost and eco-friendly synthesis of silver nanoparticles using coconut (Cocos nucifera) oil cake extract and its antibacterial activity. Artificial Cells, Nanomedicine, and Biotechnology, 44(8), 1878-1882. DOI: https://doi.org/10.3109/21691491.2015.1111230

Haider, A., & Kang, I.-K. (2015). Preparation of silver nanoparticles and their industrial and biomedical applications: a comprehensive review. Advances in Materials Science and Engineering, 2015, ID165257. DOI: http://doi.org/10.1155/2015/165257

Hanaor, D., Michelazzi, M., Leonelli, C., & Sorrell, C. C. (2012). The effects of carboxylic acids on the aqueous dispersion and electrophoretic deposition of ZrO₂. Journal of the European Ceramic Society, 32(1), 235-244. DOI: http://doi.org/10.1016/j.jeurceramsoc.2011.08.015

Huang, J., Li, Q., Sun, D., Lu, Y., Su, Y., Yang, X.,... Chen, C. (2007). Biosynthesis of silver and gold nanoparticles by novel sun-dried Cinnamomum camphora leaf. Nanotechnology, 18(10), 1-11. DOI: http://doi.org/10.1088/0957-4484/18/10/105104

Irvani, S. (2011). Green synthesis of metal nanoparticles using plants. Green Chemistry, 13, 2638-2650. DOI: http://doi.org/10.1039/C1GC15386B

Khalil, M. M. H., Ismail, E. H., El-Baghdady, K. Z., & Mohamed, D. (2014). Green synthesis of silver nanoparticles using olive leaf extract and its antibacterial activity. Arabian Journal of Chemistry, 7(6), 1131-1139. DOI: http://doi.org/10.1016/j.arabjc.2013.04.007

Korbekandi, H., & Irvani, S. (2012). Silver Nanoparticles. In A. A. Hashim (Ed.), The Delivery of Nanoparticles (p. 1–36). Croatia: InTechOpen.

Kulkarni, N., & Muddapur, U. (2014). Biosynthesis of metal nanoparticles: a review. Journal of Nanotechnology, 2014, 1-8. DOI: http://doi.org/10.1155/2014/510246

Kumari, M. M., & Philip, D. (2013). Facile one-pot synthesis of gold and silver nanocatalysts using edible coconut oil. Spectrochimica Acta Part A: Molecular and Biomolecular Spectroscopy, 111, 154-160. DOI: http://doi.org/10.1016/j.saa.2013.05.076

Jones, C. M., & Hoek, E. M. V. (2010). A review of the antibacterial effects of silver nanomaterials and potential implications for human health and the environment. Journal of Nanoparticle Research, 12(5), 1531-1551. DOI: http://doi.org/10.1007/s11051-010-9900-y

Mariselvam, R., Ranjitsingh, A. J. A., Nanthini, A. U. R., Kalirajan, K., Padmalatha, C., & Selvakumar, P. M. (2014). Green synthesis of silver nanoparticles from the extract of the inflorescence of Cocos nucifera (Family: Arecales) for enhanced antibacterial activity. Spectrochimica Acta Part A: Molecular and Biomolecular Spectroscopy, 129, 537-541. DOI: http://doi.org/10.1016/j.saa.2014.03.066

Martinez-Castañon, G. A., Niño-Martínez, N., Martínez-Gutierrez, F., Martínez-Mendoza, J. R., & Ruiz, F. (2008). Synthesis and antibacterial activity of silver nanoparticles with different sizes. Journal of Nanoparticle Research, 10(8), 1543-1548. DOI: http://doi.org/10.1007/s11051-008-9428-6
Michaeldes, E. E. (2015). Brownian movement and thermophoresis of nanoparticles in liquids. *International Journal of Heat and Mass Transfer, 81*, 179-187. DOI: https://doi.org/10.1016/j.ijheatmasstransfer.2014.10.019

Nabikhan, A., Kandasamy, K., Raj, A., & Alikunhi, N. M. (2010). Synthesis of antimicrobial silver nanoparticles by callus and leaf extracts from saltmarsh plant, Sesuvium portulacastrum L. *Colloids and Surfaces B: Biointerfaces, 79*(2), 488-493. DOI: https://doi.org/10.1016/j.colsurfb.2010.05.018

Nel, A. E., Mädler, L., Velegol, D., Xia, T., Hoek, E. M. V., Somasundaran, P., ... Thompson, M. (2009). Understanding biophysicalchemical interactions at the nano–bio interface. *Nature Materials, 8*(7), 545-557. DOI: http://doi.org/10.1038/nmat2442

Niraimathi, K. L., Sudha, V., Lavanya, R., & Brindha, P. (2013). Biosynthesis of silver nanoparticles using Alternanthera sessilis (Linn.) extract and their antimicrobial, antioxidant activities. *Colloids and Surfaces B: Biointerfaces, 102*, 288-291. DOI: http://doi.org/10.1016/j.colsurfb.2012.08.041

Philip, D. (2011). *Mangifera indica* leaf-assisted biosynthesis of well-dispersed silver nanoparticles. *Spectrochimica Acta Part A: Molecular and Biomolecular Spectroscopy, 78*(1), 327-331. DOI: http://doi.org/10.1016/j.saa.2010.10.015

Ravichandran, V., Vasanthi, S., Shalini, S., Shah, S. A. A., & Harish, R. (2016). Green synthesis of silver nanoparticles using *Atrocarpus altillis* leaf extract and the study of their antimicrobial and antioxidant activity. *Materials Letters, 180*, 264-267. DOI: http://doi.org/10.1016/j.matlet.2016.05.172

Zamiri, R., Azmi, B. Z., Sadrolhosseini, A. R., Ahangar, H. A., Zaidan, A. W., & Mahdi, M. A. (2011). Preparation of silver nanoparticles in virgin coconut oil using laser ablation. *International Journal of Nanomedicine, 6*, 71-75. DOI: http://doi.org/10.2147/IJN.S14005

Roopan, S. M., Rohit, Madhumitha, G., Rahuman, A. A., Kamaraj, C., Bharathi, A., & Surendra, T. V. (2013). Low-cost and eco-friendly phyto-synthesis of silver nanoparticles using Cocos nucifera coir extract and its larvicidal activity. *Industrial Crops and Products, 43*, 651-655. DOI: http://doi.org/10.1016/j.indcrop.2012.08.015

Sanghi, R., & Verma, P. (2009). Biomimetic synthesis and characterisation of protein capped silver nanoparticles. *Bioresource Technology, 100*(1), 501-504. DOI: http://doi.org/10.1016/j.biortech.2008.05.048

Shankar, S. S., Ahmad, A., & Sastry, M. (2003). Geranium leaf assisted biosynthesis of silver nanoparticles. *Biotechnology Progress, 19*(6), 1627-1631. DOI: http://doi.org/10.1021/bp034070w

Soenen, S. J., Rivera–Gil, P., Montenegro, J. M., Parak, W. J., De Smedt, S. C., & Braeckmans, K. (2011). Cellular toxicity of inorganic nanoparticles: common aspects and guidelines for improved nanotoxicity evaluation. *NanoToday, 6*(5), 446-465. DOI: http://doi.org/10.1016/j.jphotobiol.2015.12.008

Tran, T. T. T., Vu, T. T. H., & Nguyen, T. H. (2013). Biosynthesis of silver nanoparticles using *Tithonia diversifolia* leaf extract and their antimicrobial activity. *Materials Letters, 105*, 220-223. DOI: http://doi.org/10.1016/j.matlet.2013.04.021

Velmurugan, P., Shim, J., Kannan, S. K., Lee, K.-I., Oh, B.-T., Balachandar, V., & Oh, B.-T. (2011). Crystallization of silver through reduction process using *Elaeis guineensis* biosolid extract. *Biotechnology Progress, 27*(1), 275-279. DOI: http://doi.org/10.1002/btpr.511

Verma, D. K., Hasan, S. H., & Banik, R. M. (2016). Photo-catalyzed and phyto-mediated rapid green synthesis of silver nanoparticles using herbal extract of *Salvinia molesta* and its antimicrobial efficacy. *Journal of Photochemistry and Photobiology B: Biology, 155*, 51-59. DOI: http://doi.org/10.1016/j.jphotobiol.2015.12.008

Vijayakumar, M., Priya, K., Nancy, F. T., Noorlidah, A., & Ahmed, A. B. A. (2013). Biosynthesis, characterisation and anti-bacterial effect of plant-mediated silver nanoparticles using *Artemisia nilagirica*. *Industrial Crops and Products, 41*, 235-240. DOI: http://doi.org/10.1016/j.indcrop.2012.04.017

Zaheer, Z. (2018). Biogenic synthesis, optical, catalytic, and *in vitro* antimicrobial potential of Ag-nanoparticles prepared using Palm date fruit extract. *Journal of Photochemistry and Photobiology B: Biology, 178*, 584-592. DOI: http://doi.org/10.1016/j.jphotobiol.2017.12.002

Zayed, M. F., Eisa, W. H., & Shabaka, A. A. (2012). *Malva parviflora* extract assisted green synthesis of silver nanoparticles. *Spectrochimica Acta Part A: Molecular and Biomolecular Spectroscopy, 98*, 425-428. DOI: http://doi.org/10.1016/j.saa.2012.08.072

Zambrana, N. P. Y., Byg, A., Svenning J. C., Moraes, M., Grandez, C., & Balslev, H. (2007). Diversity of palm uses in the western Amazon. *Biodiversity and Conservation, 16*, 2771-2787. DOI: http://doi.org/10.1007/s10551-007-9218-y
Zhang, Y., Cheng, X., Zhang, Y., Xue, X., & Fu, Y. (2013). Biosynthesis of silver nanoparticles at room temperature using aqueous aloe leaf extract and antibacterial properties. *Colloids and Surfaces A: Physicochemical and Engineering Aspects, 423*, 63-68. DOI: http://doi.org/10.1016/j.colsurfa.2013.01.059